Enhancement of Complex Permittivity and Attenuation Properties of Recycled Hematite ($\alpha$-Fe$_2$O$_3$) Using Nanoparticles Prepared via Ball Milling Technique

Ebenezer Ekow Mensah 1, Zulkifly Abbas 1,*; Raba’ah Syahidah Azis 1,2; and Ahmad Mamoun Khamis 1

1 Department of Physics, Faculty of Science, Universiti Putra Malaysia, Serdang 43400, Malaysia; ebumensek@yahoo.co.uk (E.E.M.); rabaah@upm.edu.my (R.S.A.); akhameis@yahoo.com (A.M.K.)
2 Institute of Advanced Materials, Universiti Putra Malaysia, Serdang 43400, Malaysia

* Correspondence: za@upm.edu.my

Received: 6 March 2019; Accepted: 17 April 2019; Published: 24 May 2019

Abstract: The purpose of this study was to synthesize high-quality recycled $\alpha$-Fe$_2$O$_3$ to improve its complex permittivity properties by reducing the particles to nanosize through high energy ball milling. Complex permittivity and permeability characterizations of the particles were performed using open-ended coaxial and rectangular waveguide techniques and a vector network analyzer. The attenuation characteristics of the particles were analyzed with finite element method (FEM) simulations of the transmission coefficients and electric field distributions using microstrip model geometry. All measurements and simulations were conducted in the 8–12 GHz range. The average nanoparticle sizes obtained after 8, 10 and 12 h of milling were 21.5, 18, and 16.2 nm, respectively, from an initial particle size of 1.73 µm. The real and imaginary parts of permittivity increased with reduced particle size and reached maximum values of 12.111 and 0.467 at 8 GHz, from initial values of 7.617 and 0.175, respectively, when the particle sizes were reduced from 1.73 µm to 16.2 nm. Complex permeability increased with reduced particle size while the enhanced absorption properties exhibited by the nanoparticles in the simulations confirmed their ability to attenuate microwaves in the X-band frequency range.

Keywords: recycled hematite ($\alpha$-Fe$_2$O$_3$); ball milling technique; reduced particle size; finite element method; attenuation; complex permittivity; X-band

1. Introduction

The rapid growth and diversity of applications of electromagnetic waves, particularly commercial and military electronics functioning at microwave frequencies, has attracted a lot of interest in microwave absorbing material technology for electromagnetic interference (EMI) reduction. For a microwave absorbing material to be practical, a proper balance of electrical performance, low density, thinness, mechanical properties and low cost is required. Various magnetic materials have been used in microwave absorbing applications, the most common of which are ferrites due to their excellent electrical and magnetic properties. Ferrites can be applied in various forms, such as spinels and garnets, and are often synthesized via multi-stage chemical processes, which can be complicated and expensive. Moreover, ferrites are heavy and the imaginary parts of their permittivity are very low at high frequencies, making the absorption properties dependent on magnetic loss [1]. In order to reduce the effect of these limitations, many studies have focused on new techniques such as the use of ferrites...
in conjunction with electrically conducting polymers [2] or dielectric carbon-based materials [3], or the doping of ferrites using various types of ionic metals [4].

Recently, Nd doped strontium ferrite was synthesized [5] using hematite (α-Fe$_2$O$_3$) prepared from recyclable mill scale waste. Recycled α-Fe$_2$O$_3$ can be produced cheaply via a simple processing technique, has low environmental waste, is stable under ambient conditions, and has unique magnetic and electrical properties. The imaginary permittivity part is, however, very low and an improvement in this property, while retaining the magnetic attributes, could increase the microwave absorption efficiency of recycled α-Fe$_2$O$_3$ and serve to reduce the limitations of commonly used ferrites.

The interaction between a dielectric material and high frequency electromagnetic energy can be expressed by the relative complex permittivity equation $\varepsilon^* = \varepsilon' - j\varepsilon''$, where $\varepsilon'$ and $\varepsilon''$, respectively, represent the real and imaginary parts. The ratio of $\tan\delta = \varepsilon''/\varepsilon'$ is the loss tangent of a material and higher values indicate higher attenuation properties. A material’s complex permittivity can be measured by a variety of methods such as the open-ended coaxial (OEC) probe technique, which is based on high frequency, room temperature, broadband measurements. The application of the OEC probe technique for the measurement of the complex permittivity of powdered and compressed materials was reported by Refs. [6,7]. However, the measurement of the complex permittivity of recycled α-Fe$_2$O$_3$ using the OEC technique has yet to be investigated.

The aim of the current study was to improve the complex permittivity properties of recycled α-Fe$_2$O$_3$ by reducing the particle size, to nanosize, via high energy ball milling (HEBM) for several hours. The resultant effects of reduced particle size on the magnetic properties of the recycled α-Fe$_2$O$_3$ were also investigated. The dielectric characterization of the samples was conducted using the OEC probe technique while the magnetic properties were determined using the waveguide measurement technique. The finite element method (FEM), using COMSOL Multiphysics, was used to numerically calculate the transmission coefficients of the recycled α-Fe$_2$O$_3$ using microstrip model geometry. The attenuation characteristics, due to material absorption by the recycled α-Fe$_2$O$_3$ particles, were subsequently analyzed using calculated transmission coefficient (dB) values and FEM simulations of the electric field distributions of the microstrip covered by the recycled α-Fe$_2$O$_3$ particles. All measurements and simulations were performed in the X-band (8–12 GHz) microwave frequency range.

2. Materials and Methods

2.1. Synthesis of α-Fe$_2$O$_3$ Nanoparticles from Mill Scale

As illustrated in Figure 1, the mill scale flakes were crushed into coarse powder and purified, using the magnetic separation methods described in Refs. [5,8], to obtain the magnetic wustite (FeO) slurry that was then filtered and dried in a Memmert drying oven for 24 h at 30 °C. The dried FeO was then oxidized in a Protherm furnace at 600 °C for 6 h (holding time) to produce the α-Fe$_2$O$_3$ powder. The recycled α-Fe$_2$O$_3$ powder was milled, separately for 8, 10 and 12 h, into nanoparticles, at room temperature, using the SPEX Sample Prep 8000D high energy ball mill (SPEX SamplePrep LLC, Metuchen, NJ, USA), operated at 1425 rpm by a 50 Hz motor at a clamp speed of 875 cycles/min using a powder-to-ball ratio of 1:5. The steel vials containing the materials were opened for 2 min after every 50 min of milling in order to avoid the transformation of the α-Fe$_2$O$_3$ to Fe$_3$O$_4$ reported in the study by Ref. [9].
2.2. Microstructural Characterization

The phase composition structure and crystallite size of the recycled \( \alpha\)-Fe\(_2\)O\(_3\) particles before and after high energy ball milling were analyzed, using X-ray diffraction (XRD), on a fully automated Philips X’Pert High Pro Panalytical (Model PW3040/60 MPD, Amsterdam, Netherlands) with Cu-K\(\alpha\) radiation operating at a voltage of 40.0 kV, a current of 40.0 mA and a wavelength of 1.5405 Å. The diffraction patterns were recorded in the 2\(\theta\) range of 2° to 80° with a scanning speed of 2°/min. All data were subjected to the Rietveld analysis on PANalytic X’Pert Highscore Plus v3.0 software (PANalytical B.V., Almelo, Netherlands). The samples were identified by comparing their diffraction peaks with those in the Inorganic Crystal Structure Database (ICSD). The average crystallite sizes were estimated based on the Scherrer formula:

\[
D = \frac{k\lambda}{B \cos \theta},
\]

where \(D\) is the crystallite size, \(B\) is the full width at half maximum (FWHM) of the diffraction peaks in radians, \(k = 0.9\), \(\theta\) is the peak position and \(\lambda = 1.5405\) Å.

The elemental composition of the recycled \(\alpha\)-Fe\(_2\)O\(_3\) particles was analyzed using energy dispersive X-ray spectroscopy (EDX), while the size, shape and arrangement of the nanoparticles were studied using the JEM-2100F high resolution transmission electron microscope (HRTEM, JEOL, Tokyo, Japan). Drops of the \(\alpha\)-Fe\(_2\)O\(_3\) particles were dispersed in acetone, placed on copper HRTEM grids and dried. The dried materials were then transferred into the high vacuum chamber of the microscope for the viewing and analysis of the particles. The particle size distributions of the samples were obtained after processing the images, using the ImageJ software (NIH, University of Wisconsin, Madison, WI, USA), of 100 particles from each sample.

2.3. Measurement of Complex Permittivity

Measurements of the real and imaginary parts of the permittivity of the recycled \(\alpha\)-Fe\(_2\)O\(_3\) particles were taken at room temperature using the Agilent 85070B open ended coaxial probe connected, via a high accuracy coaxial cable, to the Agilent N5230A PNA-L vector network analyzer (VNA, Agilent Technologies, CA, USA) at 8 to 12 GHz. A one-port reflection-only calibration was performed using a 3.5 inch high density shorting block and deionized water at 25 °C. The calibration was verified by measuring the permittivity values for unfilled polytetrafluoroethylene (PTFE) and comparing the results with the manufacturer’s values—good agreement confirmed the accuracy of the permittivity characterizations. Without a binding material, the recycled \(\alpha\)-Fe\(_2\)O\(_3\) samples were separately compressed to a thickness of 6 mm, in sample holders at 4 tons, with a mechanical
hand-operated pressing machine, in order to remove air-filled gaps between the particles likely to affect the results. As shown in Figure 2, the OEC probe was then firmly placed onto the flat surface of the powdered samples for determination of complex permittivity using the equipment’s installed software.

2.4. Measurement of Complex Permeability

The real ($\mu'$) and imaginary ($\mu''$) parts of the permeability of recycled $\alpha$-Fe$_2$O$_3$ particles were determined by the rectangular waveguide (RWG) technique. The powders were compressed into sample holders (length = 22.0 mm, width = 11.0 mm, height = 6.0 mm) and inserted into a measurement system consisting of a pair of RWGs connected to an Agilent N5230A PNA-L network analyzer. The setup was calibrated by electronic calibration modules (N4694-60001), after which measurements were made in the 8–12 GHz range based on the poly reflection/transmission precision measurement model.

2.5. Material Absorption Properties Based On FEM

A transmission coefficient ($S_{21}$) is a transmission line parameter often associated with the transmission of electromagnetic waves in microwave networks and can directly describe the attenuation characteristics of a material for microwave absorption applications. In this work, the magnitudes of the transmission coefficient ($|S_{21}|$) were theoretically calculated using FEM implemented on COMSOL Multiphysics® version 3.5. The calculations were based on the model geometry of a microstrip that consisted of a dielectric (RT duroid 5880) substrate with a length of 6.0 cm, width of 5.0 cm and thickness of 0.15 cm and with a signal line (width = 1.5 mm, length = 6.0 cm) etched on the surface of the substrate along the broader side. The complex permittivity of the substrate was 2.2 – j0.00088. The input and output ports comprised radio frequency (RF) subminiature connectors attached to both ends of the substrate with the inner conductor of each subminiature placed in contact with the signal line of the microstrip. The procedures for the FEM analysis consisted of: (a) discretizing the solution region into elements of a finite number of sub-regions, (b) deriving the central equations of a typical element, (c) assembling the elements in the region of the solution, and (d) solving the obtained system of equations. The measured complex permittivity values of the recycled $\alpha$-Fe$_2$O$_3$ particles were used as inputs for the calculations in the frequency range of 8–12 GHz (X-band). RF electromagnetic waves, in harmonic propagation mode, were applied to the model for FEM and solved, by solving Maxwell’s equations for a typical tetrahedral element/mesh (Figure 3), to determine the values of the transmission coefficients of the samples. The attenuation of the material absorption was then deduced from the calculated $|S_{21}|$ based on the following formula:

\[
\text{Transmission coefficient magnitude (dB)} = 20 \log(|S_{21}|) \quad (2)
\]
3. Results and Discussion

3.1. Microstructural Characterization

The X-ray diffractograms of the recycled $\alpha$-Fe$_2$O$_3$ particles before and after 8, 10 and 12 h of ball milling are shown in Figure 4. The diffractograms were compared with the standard patterns of the Inorganic Crystal Structure Database (ICSD) and all the Bragg peaks were identified as single phase rhombohedral (hexagonal) crystal structures of $\alpha$-Fe$_2$O$_3$ with an R-3c space group. There were no other phases identified, which was consistent with similar work in which recycled $\alpha$-Fe$_2$O$_3$ was synthesized from mill scale [10]. This suggests that $\alpha$-Fe$_2$O$_3$ did not transform to Fe$_3$O$_4$ during the ball milling since both the unmilled and milled particles possessed identical crystal structures. It was also observed that the maximum intensity peaks of the milled particles were, unexpectedly, located on the (104) plane. As depicted in Table 1, the lattice parameter $D_{\alpha}$ decreased and $d_{\alpha}$ increased fractionally during the ball milling. We also observed that as the milling time increased, the peaks broadened and the sharpness decreased when the crystallite size decreased [13]. The ICSD reference numbers for the $\alpha$-Fe$_2$O$_3$ powders were 98-002-2616, 98-100-2733, 98-004-0652 and 98-009-4106 for the unmilled and 8, 10 and 12 h milled particles, respectively.

![Figure 4. XRD diffractograms of the recycled $\alpha$-Fe$_2$O$_3$ particles.](image-url)
The lattice parameters $a$, $b$, and $c$ and the average crystallite size $D$ were calculated after performing the Rietveld refinement of the peak profiles of the XRD analysis of the recycled $\alpha$-Fe$_2$O$_3$ particles. As depicted in Table 1, the lattice parameter $a$ increased fractionally when the crystallite size decreased and as the milling time increased. Lattice parameter expansion with reduced crystallite size in $\alpha$-Fe$_2$O$_3$ nanoparticles was reported to indicate the surface disorder of the nanograins [14] as a result of mechanical milling. Lattice parameter expansion has also been related to the large surface-to-volume ratio of the nanoparticles, which contributes to the relaxation of the lattice vibration leading to the expansion [15]. Overall, the cause of the lattice expansion of nanocrystalline oxides has been mainly attributed to lattice defect formation due to oxygen vacancy [16]. This observation possibly implies the presence of interfacial structural disorder and the formation of oxygen vacancies in the recycled $\alpha$-Fe$_2$O$_3$ nanoparticles. This is in agreement with a previous study of commercial $\alpha$-Fe$_2$O$_3$ nanoparticles prepared with the ball milling technique [17].

Table 1. Lattice parameters and average crystallite size as a function of milling time.

| Condition       | $a = b$ (Å) | $c$ (Å) | $D$ (nm) |
|-----------------|-------------|---------|---------|
| Unmilled        | 5.0290      | 13.7360 | 106.2   |
| 8 h of milling  | 5.0340      | 13.7480 | 12.3    |
| 10 h of milling | 5.0350      | 13.7500 | 11.8    |
| 12 h of milling | 5.0380      | 13.7390 | 11.1    |

The spectra of the EDX analysis of the recycled $\alpha$-Fe$_2$O$_3$ particles are shown in Figure 5 and the elemental compositions are summarized in Table 2. The results showed that the unmilled particles were composed of 98.67% Fe and O with about a 1% impurity in the form of Mg and Mn elements. After 8, 10 and 12 h of milling, the Fe and O content increased, respectively, to 99.79%, 99.83% and 99.85% with very low (less than 0.21%) levels of Ca and Mg impurity. Similar results, reported by Nadhirah et al. [18], confirmed that the oxidized mill scale waste formed a high percentage of $\alpha$-Fe$_2$O$_3$ along with a small amount of impurity compounds. The results indicated that the recycled $\alpha$-Fe$_2$O$_3$ nanoparticles prepared using the ball milling technique were high purity.

Table 2. Quantitative analysis of recycled $\alpha$-Fe$_2$O$_3$ particles.

| Sample          | Element (%) |
|-----------------|-------------|
|                 | Fe  | O   | Mn  | Mg  | Ca  | Total  |
| Unmilled        | 78.07| 20.69| 0.69| 0.55| -   | 100.0  |
| 8 h of milling  | 58.87| 40.92| -   | 0.11| 0.10| 100.0  |
| 10 h of milling | 56.70| 43.13| -   | 0.12| 0.05| 100.0  |
| 12 h of milling | 57.22| 42.63| -   | 0.09| 0.06| 100.0  |

Figure 6 shows the HRTEM micrographs of the microstructure of recycled $\alpha$-Fe$_2$O$_3$ particles at various stages of milling. We observed that before milling the particles were randomly sized, bulky, loosely formed and not showing any distinct aggregation. However, as the milling progressed, the particles got work hardened, leading to their refinement into very fine nanoparticles with noticeable aggregation and agglomeration. The increase in agglomeration can be attributed to an increase in specific surface area, associated with reduced particle size, resulting in higher adhesion forces and more aggregation [19]. The nanoparticles appeared to be largely spherical in shape and their particle size distribution, as displayed in Figure 7, generally indicated a refinement and reduction in size with increased milling time. The particles of the unmilled recycled $\alpha$-Fe$_2$O$_3$ were in the range 0.8–3.0 µm with an average size of 1.73 µm. After 8, 10 and 12 h of ball milling, the reduced particle sizes were, respectively, in the ranges 11.5–34.6, 11.0–28.6 and 10.3–24.5 nm. These results are in close agreement
with the average crystallite sizes estimated by XRD measurement. The average particle sizes were calculated to be 21.5, 18 and 16.2 nm for the 8, 10 and 12 h of milling time.

![Figure 5](image-url)  
**Figure 5.** EDX spectra of recycled $\alpha$-Fe$_2$O$_3$ after (a) 0 h, (b) 8 h, (c) 10 h, and (d) 12 h of milling time.

![Figure 6](image-url)  
**Figure 6.** HRTEM micrographs of recycled $\alpha$-Fe$_2$O$_3$ at (a) 0 h, (b) 8 h, (c) 10 h, and (d) 12 h.
3.2. Dielectric Characterization

The frequency variation in $\varepsilon'$ and $\varepsilon''$ for recycled $\alpha$-Fe$_2$O$_3$ with particle sizes of 16.2, 18, and 21.5 nm and 1.73 µm are presented in Figure 8. The results showed that within the frequency range the real and imaginary parts of permittivity increased significantly when the particle size was reduced, to nanosize, through ball milling. At 8 GHz, $\varepsilon'$ increased from 7.617 to 12.111, while $\varepsilon''$ increased from 0.175 to 0.467 when the particle size was decreased from 1.73 µm to 16.2 nm. Therefore, the sample with the smallest particle size had the highest complex permittivity values. This represents an improvement in the complex permittivity of recycled $\alpha$-Fe$_2$O$_3$ particles with reduced particle sizes. It is also evident, Figure 9, that the loss tangent increased moderately when the particle size decreased in the frequency range, which indicated an enhancement in the attenuation properties of the recycled $\alpha$-Fe$_2$O$_3$ as the particle sizes got smaller.

The increase in the complex permittivity can be related to the enhancement of interfacial polarization due to the effect of interfacial lattice disorder and the oxygen ion vacancies formed during ball milling, which increased with reduced particle size in agreement with the work of Reference [12]. Additionally, smaller particles were more compact, had less air gaps and, therefore, formed good contact between the constituent particles leading to the observed increase in the density of the interfaces. The resulting interfacial polarization, therefore, increased, which led to the overall increase in dielectric permittivity. In general, both the real and imaginary parts of permittivity were found to be high, at 8 GHz, which decreased with a further increase in frequency to 12 GHz for all the particle sizes. This was consistent with the behavior of the dielectric properties of ferrites with frequency [20,21].

The decrease in $\varepsilon'$ with the increase in frequency was attributed to the electron hopping between Fe$^{3+}$ and Fe$^{2+}$ ions whose frequency follows the applied electric field, resulting in the increase in $\varepsilon'$ at low frequency. However at high frequencies, this hopping frequency lagged behind the applied electric field causing a decrease in $\varepsilon'$ due to disorderly dipolar orientation [22].

The imaginary part of permittivity represented the loss of electrical energy. At low frequencies, the grain boundaries had high resistivity and, because of the buildup of electrons at the grain boundaries, a higher energy acquisition was required for electron hopping leading to a higher loss of electrical energy. Conversely, at high frequencies the grain boundaries had low resistivity and, therefore, less electrical energy loss from electron hopping [21,23].
he variation

The effect of the milling treatment on the magnetic properties of the recycled α-Fe$_2$O$_3$ particles was investigated using complex permeability measurements. The variations of the real (μ’) and imaginary (μ”) parts with frequency, due to the different particle sizes, are shown in Figure 10. It is evident in Figure 10 that both μ’ and μ” increased significantly with reduced particle size within the frequency range of measurement. Moreover, μ’ decreased with frequency and varied between 0.90 and 1.45 while μ” increased with frequency reaching a maximum value of 0.161 at 11.2 GHz. The increase in permeability with reduced particle size may be attributed to the observed preferred orientation, leading to magnetic ordering as well as surface effects [12] in the microstructure of the milled particles and enhanced magnetization.

Figure 10. Variation of (a) μ’ and (b) μ” with frequency for the recycled α-Fe$_2$O$_3$ particles.

3.4. Material Absorption

Figure 11 presents the variation of simulated |S$_{21}$| (dB) with frequency and clearly illustrates the effect of the reduced particle sizes on the attenuation characteristics of the recycled α-Fe$_2$O$_3$ particles.
as a result of absorption. The profiles indicated that the smaller the particle size, the lower the $|S_{21}|$ (dB) values, which implied higher attenuation from material absorption, consistent with Figure 9. The simulated $|S_{21}|$ depended on the inputs of the complex permittivity values and, therefore, the higher $\varepsilon''$ values of the smaller $\alpha$-Fe$_2$O$_3$ particles could have resulted in the higher absorption of electromagnetic energy resulting in lower $|S_{21}|$ (dB). Additionally, the $|S_{21}|$ (dB) of the particles decreased with frequency throughout the measurement range due to the effects of skin-depth [24].

![Figure 11. |S21| (dB) for different recycled α-Fe$_2$O$_3$ particles as a function of frequency.](image)

FEM simulations of the x-component of the electric field (V/m) distribution at 12 GHz of the microstrip covered with the recycled α-Fe$_2$O$_3$ particles can be visualized as depicted in Figure 12. It is evident from Figure 12 that the electric fields decreased from the input port to the output port as the particle size was reduced. The reduction in the electric field distribution, with reduced particle size, is in agreement with the simulated $|S_{21}|$ (dB) since the smaller particles possess higher $\varepsilon''$ leading to higher attenuation due to more absorption of the microwaves.

![Figure 12. Electric field distribution patterns for recycled α-Fe$_2$O$_3$ particles of (a) 1.73 μm, (b) 21.5 nm, (c) 18.0 nm, and (d) 16.2 nm.](image)
4. Conclusions

The complex permittivity of high quality $\alpha$-Fe$_2$O$_3$ particles recycled from mill scale waste was enhanced significantly after reducing the particles to nanosize via high energy ball milling for several hours. The milling treatment produced an equal increase in permeability and reduction in particle size. This positioned the recycled $\alpha$-Fe$_2$O$_3$ nanoparticles as potential magneto–dielectric microwave absorbing materials. Microstructural defects and disorders, which occurred in the milled particles as the sizes reduced, facilitated the improvements in the electromagnetic properties of the recycled $\alpha$-Fe$_2$O$_3$ nanoparticles. The simulated absorption properties exhibited by the nanoparticles confirmed their ability to attenuate microwaves in the X-band frequency range. The significant electromagnetic properties of recycled $\alpha$-Fe$_2$O$_3$ linked to the size of the nanoparticles can be employed in possible applications requiring tunable attenuation of electromagnetic energy. Recycled $\alpha$-Fe$_2$O$_3$ nanoparticles with improved dielectric and magnetic properties are cheaper to produce, lighter, less environmentally wasteful, and could reduce the limitations associated with the ferrites commonly used in microwave absorption applications.

Author Contributions: Conceptualization, Z.A. and R.S.A.; methodology, R.S.A., Z.A. and E.E.M.; investigation, E.E.M., R.S.A. and A.M.K.; writing—original draft preparation, E.E.M.; resources, R.S.A.; formal analysis, Z.A.

Funding: This research was funded by FRGS Fundamental, grant number 04-01-04-SF0118.

Acknowledgments: The authors wish to thank the Department of Physics, Faculty of Science, Universiti Putra Malaysia and the Institute of Advanced Materials (ITMA), Universiti Putra Malaysia for providing the measurement facilities.

Conflicts of Interest: The authors declare no conflict of interest.

References
1. Yang, H.; Ye, T.; Lin, Y.; Zhu, J.; Wang, F. Microwave absorbing properties of the ferrite composites based on graphene. *J. Alloys Compd.* 2016, 683, 567–574. [CrossRef]
2. Li, L.; Liu, S.; Lu, L. Synthesis and significantly enhanced microwave absorption properties of cobalt ferrite hollow microspheres with protrusions/polythiophene composites. *J. Alloys Compd.* 2017, 722, 158–165. [CrossRef]
3. Zhang, K.; Gao, X.; Zhang, Q.; Chen, H.; Chen, X. Fe$_3$O$_4$ nanoparticles decorated MWCNTs @ C ferrite nanocomposites and their enhanced microwave absorption properties. *J. Magn. Magn. Mater.* 2018, 452, 55–63. [CrossRef]
4. Rostami, M.; Hossein, M.; Ara, M. The dielectric, magnetic and microwave absorption properties of Cu—substituted Mg–Ni spinel ferrite—MWCNT nanocomposites. *Ceram. Int.* 2019, 46, 7606–7613. [CrossRef]
5. Daud, N.; Azis, R.A.S.; Hashim, M.; Matori, K.A.; Jumiah, H.; Saiden, N.M.; Mariana, N. Preparation and characterization of Sr$_{1-x}$Nd$_x$Fe$_{12}$O$_{19}$ derived from steel-waste product via mechanical alloying. *Mater. Sci. Forum* 2016, 846, 403–409. [CrossRef]
6. Esa, F.; Abbas, Z.; Idris, F.M.; Hashim, M. Characterization of Ni$_x$Zn$_{1-x}$Fe$_2$O$_4$ and permittivity of solid material of NiO, ZnO, Fe$_2$O$_3$, and Ni$_x$Zn$_{1-x}$Fe$_2$O$_4$ at microwave frequency using open ended coaxial probe. *Int. J. Microw. Sci. Technol.* 2015, 2015, 219195. [CrossRef]
7. Abdalhadi, D.M.; Abbas, Z.; Ahmad, A.F.; Ibrahim, N.A. Determining the complex permittivity of oil palm empty fruit bunch fibre material by open-ended coaxial probe technique for microwave applications. *BioResources* 2017, 12, 3976–3991. [CrossRef]
8. Shahrami, M.M.; Azis, R.S.; Hashim, M.; Hassan, J. Effect of variation sintering temperature on magnetic permeability and grain sizes of Y$_3$Fe$_{5}$O$_{12}$ via mechanical alloying technique. *Mater. Sci. Forum* 2016, 846, 395–402. [CrossRef]
9. Zdujić, C.; Jovalekić, C.; Karanović, L.; Mitrić, M. The ball milling induced transformation of $\alpha$-Fe$_2$O$_3$ powder in air and oxygen atmosphere. *Mater. Sci. Eng. A* 1999, 262, 204–213. [CrossRef]
10. Azis, R.S.; Hashim, M.; Saiden, N.M.; Daud, N.; Shahrani, N.M.M. Study the iron environments of the steel waste product and its possible potential applications in ferrites. *Adv. Mater. Res.* **2015**, *1109*, 295–299. [CrossRef]

11. Guerrero-Suarez, S.; Martín-Hernández, F. Magnetic anisotropy of hematite natural crystals: Increasing low-field strength experiments. *Int. J. Earth Sci.* **2012**, *101*, 625–636. [CrossRef]

12. Shenoy, D.; Joy, P.A.; Anantharaman, M.R. Effect of mechanical milling on the structural, magnetic and dielectric properties of coprecipitated ultrafine zinc ferrite. *J. Magn. Magn. Mater.* **2004**, *269*, 217–226. [CrossRef]

13. Ungár, T. Microstructural parameters from X-ray diffraction peak broadening. *Scr. Mater.* **2004**, *51*, 777–778. [CrossRef]

14. Bhowmik, R.N.; Saravanan, A. Surface magnetism, morin transition, and magnetic dynamics in antiferromagnetic α-Fe$_2$O$_3$ (hematite) nanograins. *J. Appl. Phys.* **2010**, *107*, 053916. [CrossRef]

15. Fukuhara, M. Lattice expansion of nanoscale compound particles. *Phys. Lett. A* **2003**, *313*, 427–430. [CrossRef]

16. Kalita, A.; Kalita, M.P.C. Size dependence of lattice parameters in ZnO nanocrystals. *Appl. Phys. A* **2015**, *121*, 521–524. [CrossRef]

17. André-Filho, J.; León-Félix, L.; Coaquira, J.A.H.; Garg, V.K.; Oliveira, A.C. Size dependence of the magnetic and hyperfine properties of nanostructured hematite (α-Fe$_2$O$_3$) prepared by the ball milling technique. *Hyperfine Interact.* **2014**, *224*, 189–196. [CrossRef]

18. Muda, N.N.C.; Azis, R.S.; Shaari, A.H.; Hassan, J.; Sulaiman, S. Elemental analysis and IR band characteristics of α-Fe$_2$O$_3$ and BaFe$_{12}$O$_{19}$ steel waste product base. *J. Sol. Stat. Sci. Tech.* **2016**, *24*, 45–51.

19. Kendall, K.; Kendall, M.; Rehfeldt, F. *Adhesion of Cells, Viruses and Nanoparticles*; Springer Science & Business Media: Berlin, Germany, 2011; pp. 1–282.

20. Kumar, E.R.; Kamzin, A.S.; Prakash, T. Effect of particle size on structural, magnetic and dielectric properties of manganese substituted nickel ferrite nanoparticles. *J. Magn. Magn. Mater.* **2015**, *378*, 389–396. [CrossRef]

21. Bhat, B.H.; Want, B. Magnetic, dielectric and complex impedance properties of lanthanum and magnesium substituted strontium hexaferrite. *J. Mater. Sci. Mater. Electron.* **2016**, *27*, 12582–12590. [CrossRef]

22. Sadiq, I.; Naseem, S.; Naeem Ashiq, M.; Khan, M.A.; Niaz, S.; Rana, M.U. Structural and dielectric properties of doped ferrite nanomaterials suitable for microwave and biomedical applications. *Prog. Nat. Sci. Mater. Int.* **2015**, *25*, 419–424. [CrossRef]

23. Maleknejad, Z.; Gheisari, K.; Raouf, A.H. Structure, microstructure, magnetic, electromagnetic, and dielectric properties of nanostructured Mn–Zn ferrite synthesized by microwave-induced urea-nitrate process. *J. Supercond. Nov. Magn.* **2016**, *29*, 2523–2534. [CrossRef]

24. Micheli, D.; Pastore, R.; Vricella, A.; Marchetti, M. Matter’s electromagnetic signature reproduction by graded-dielectric multilayer assembly. *IEEE Trans. Microw. Theory Tech.* **2017**, *65*, 2801–2809. [CrossRef]

© 2019 by the authors. Licensee MDPI, Basel, Switzerland. This article is an open access article distributed under the terms and conditions of the Creative Commons Attribution (CC BY) license (http://creativecommons.org/licenses/by/4.0/).